Evaluation of antibacterial activity of three different glass ionomer cements on streptococcus mutans: an in-vitro antimicrobial study

Chhaya Harin Khere, Hemalatha Hiremath, Sandesh N, Pooja Misar, Nishat Gorie

Abstract

Aim. Purpose of this in-vitro study was to assess and compare the antimicrobial activity of three different glass ionomer cements (GIC) against streptococcus mutans (S. mutans) bacteria using agar plate diffusion test.

Methods. Thirty blood agar plates were prepared and three wells of 4mm diameter were made on each agar plate. Three different GIC (Micron bioactive, GC Fuji IX GP Extra, Bioglass r) were mixed and filled into the wells. These plates were inoculated with S. Mutans and incubated at 37°C for 24 hours. Bacterial growth inhibition zone around each well were recorded in millimeters using Hiantibiotic Zonescale-C.

Result. All the restorative material used in the study exhibited antimicrobial property against S. Mutans. GC Fuji IX GP Extra showed superior antimicrobial efficacy with 17.3±2.6 mm mean diameter of bacterial inhibition zone, followed by Micron bioactive 14.4±1.07 mm and Bioglass r 10.8 ± .91 mm inhibition zone respectively.

Conclusion. Within the limitation of this study, it can be concluded that all the GIC evaluated demonstrated antibacterial activity against S. mutans. The superior antimicrobial activity was demonstrated by GC Fuji IX GP Extra. Hence, it could be advantageous in patients with high caries risk.

Keywords: glass ionomer cement, Streptococcus mutans, bacterial inhibition zone

Introduction

Dental caries is considered as one of the most prevalent chronic oral diseases in humans worldwide [1,2]. It can be distracting and painful which deleteriously affects the patient’s quality of life. According to the World Health Organization, about three quarters of the world population suffer from dental caries. A major percentage of school children (60-90%) and nearly 100% of adults are affected by dental caries [3,4]. It is a huge health problem, particularly among the underprivileged groups in developed and developing countries without access to treatment care [5].

The main factors responsible for the occurrence of dental caries are bacteria, type of food consumption and the immune response of the host [6]. Its etiology also includes disturbance of the micro-ecological balance of dental plaque. Microorganisms play an important role in its initiation and progress. Several strains of oral streptococci may lead to the formation of dental plaque biofilms and causes cavity formation [7,8]. De Paz et al. have indicated that streptococcus mutans (S. mutans) is the primary cariogenic bacteria for the initiation of dental caries [9]. The dental plaque biofilm grows on all the surfaces of oral cavity, including the teeth, mucosa and restorative materials.

Extensive research in the field of modern dentistry has led to the development of various restorative materials and different treatment modalities for dental caries [10,11]. Preferable restorative materials are those that prevent both bacterial growth and surface colonization. As acid-producing bacteria may result in tooth demineralization, it ultimately leads to formation of secondary caries, which occurs at the junction of restoration and the tooth surface. Averages of 50% of dental restorations fail within 10 years, mainly due to secondary caries. Thus, restorative materials must have good antibacterial property.

Glass ionomer cements (GIC)
possess certain unique properties that make them useful as restorative materials, including adhesion to the tooth structure which potentially reduces the microleakage, anticariogenic properties due to fluoride release, thermal compatibility with the tooth enamel, and biocompatibility [12,13]. The antibacterial activity of GIC may be due to the low pH of the cements before setting and their ability to release fluoride [14].

The present in-vitro study evaluated the antimicrobial activity of three different GIC on S. Mutans.

The null hypothesis states that there is no difference in the antimicrobial effect of three different restoratives GIC on S. mutans.

Materials and methods

This in-vitro experimental study was conducted to assess and compare the antimicrobial efficacy of three different GIC on S. mutans. The three different GIC used were Micron bioactive (Prevestdenpro, India), GC Fuji IX GP Extra (GC CO. Ltd. America) and Bioglass r (Biodenãmica, Portugal) (Table I). The antibacterial effect of each GIC was evaluated against S. Mutans by using an agar plate diffusion test.

Isolation of S. mutans bacteria from caries sample

Collection of samples

Caries sample from ten different patients were collected in the department of conservative dentistry and endodontics, Sri Aurobindo College of dentistry, Indore, using sterile spoon excavator and were immediately placed in a ten different tubes containing 1 ml of sterile pH 7.0 phosphate-buffered saline. Samples were stored in cool place and processed within 1-2 hour after the collection.

Isolation of S. mutans bacteria

One hundred microliter of undiluted samples were spread on the surface of mitis-salivarius agar (MS – agar) plates using sterile swabs. Cultures were incubated anaerobically for 48 hrs at 35 ± 2°C and aerobically overnight at 35 ± 2°C. Count of more than 250 colonies (10^4 cells/ml) was considered as positive samples.

Identification of isolates

Colonies from positive samples were subcultured on the surface of blood-agar plates for further purification and incubated anaerobically for two days at 35 ± 2°C.

Isolates were first identified depending on their gram-staining, microscopic examination and catalase test. The streptococci are gram- positive, individual cocci which are spherical or ovoid and are arranged in chains under light microscope and may be considered as catalase negative bacteria as indicated by identification scheme of Friedrich [15].

Depending on the colonial shape and form on the surface of agar media, S. mutans could be identified as hard coherent, raspberry like high refractile, raised colonies.

Colonies S. mutans were differentiated from that of other streptococci like Streptococcus, sanguis by spreading the test solution of (10%) mannitol and (4%) of 2,3,5-triphenyltetrazolium chloride (TTC) on the agar plates. A change in color to a dark pink was considered as an indicator for the presence of mutans streptococci [16].

Inoculation suspension of S. mutans

An inoculation suspension was made by harvesting the organism from agar plate and suspending it into Brain Heart Infusion (BHI) broth for another 24 hrs at 35 ± 2°C, corresponding to 10^6 CFU/ml using the McFarland scale.

Blood agar plates (n=10) were prepared and divided into 3 equal parts and marked as A (Micron bioactive), B (GC Fuji IX GP Extra) and C (Bioglass r) using permanent marker. Blood agar plates were inoculated with S. mutans inoculums. The inoculum was uniformly spread all over the agar plate by using the lawn culture method. Each GIC was mixed according to the manufacturer’s instructions and filled in respective wells of blood agar plate (Figure 1).

A Teflon-coated instrument was used for condensing the GIC (4 mm diameter) into each well respectively (Figure 2(A)). The culture plates were placed in the incubator for 24 hours at 37°C. After incubation, the plates were taken out of the incubator and the bacterial inhibition zone were recorded in millimeters by using HiAntibiotic zonelsec - C (PW297) (HiMedia Lab. Pvt. Ltd. Mumbai). Measurements were taken at the greatest distance between two points at the outer limit of the inhibition halo formed around the material (Figure 2(B)).

| Material           | Manufacture           | Filler                                                                 | Liquid          |
|--------------------|-----------------------|------------------------------------------------------------------------|-----------------|
| Bioglass r         | Biodenãmica, Portugal | Calcium Barium Aluminum Fluorosilicate and inorganic filler            | Polyacrylic acid|
| GC Fuji IX GP Extra| GC CO. Ltd. America   | Smartglass                                                             | Polyacrylic acid|
| Micron bioactive   | Prevestdenpro, India  | FluroAlumino silicate glass powder and hydroxyapatite powder           | Polyacrylic acid|
Statistical analysis

The homogeneity of variance in each group was confirmed before analyzing the data. The mean and the standard deviation of each experimental group were determined. The mean inhibition zones of the materials against the bacterial strain were compared for the three groups using analysis of variance (ANOVA). The post hoc Tukey test was performed to compare the differences in the zone of inhibition of three experimental group using software SPSS version 16.

Results

In the present study, the antimicrobial analysis as well as statistical analysis demonstrated that all the GIC had antibacterial properties against S. mutans. The mean and the standard deviation of diameter of inhibition zone for S. Mutans of three experimental restorative materials were calculated (Table II).

A comparison using ANOVA exhibited a highly statistically significant difference ($p< 0.001$) in the mean diameters of the zone of inhibition for S. Mutans among the three experimental restorative materials. Among experimental group GC Fuji IX GP Extra showed the largest diameter of the growth inhibition zone against the bacteria followed by Micron bioactive and Bioglass r (Table III).

In the pair-wise comparison using the post hoc Tukey test, the difference in the mean diameter of the zone of inhibition for S. Mutans between three experimental restorative materials was found to be statistically significant (Table IV).

| Experimental Materials | N | Minimum (mm) | Maximum (mm) | Mean (mm) | Std. Deviation |
|------------------------|---|--------------|--------------|-----------|----------------|
| Micron bioactive       | 10| 13.00        | 16.00        | 14.4000   | 1.07497        |
| Bioglass r             | 10| 10.00        | 12.00        | 10.8000   | .91894         |
| GC Fuji IX GP Extra    | 10| 15.00        | 21.00        | 17.3000   | 2.16282        |

Table III. Comparing inhibition zone for streptococcus mutans of three experimental groups using ANOVA test.

|             | Mean (mm) | Std. Deviation | F     | Sig. |
|-------------|-----------|----------------|-------|------|
| Between     | 14.4000   | 1.07497        | 47.636| .000 |
| Within Groups | 10.8000   | .91894         |       |      |
| Total       | 17.3000   | 2.16282        |       |      |

Table IV. Post hoc Tukey’s comparison of inhibition zone for streptococcus mutans of three experimental groups.

| Experimental Materials | Mean Difference | Sig. |
|------------------------|-----------------|------|
| Micron bioactive Vs Bioglass r | 3.60000*        | 0.001|
| Micron bioactive Vs GC Fuji IX GP Extra | -2.90000*       | 0.001|
| Bioglass r Vs GC Fuji IX GP Extra | -6.50000*       | 0.001|
Discussion

The present study determined the antibacterial effectiveness of different GIC used in restorative dentistry by observing the zone of inhibition around the experimental samples in the culture plates by using an agar diffusion microbiological assay procedure.

Dental caries is the most common oral disease which leads to patient’s poor quality of life. Microorganisms play a very important role in the initiation and progress of dental caries. Streptococcus mutans is the primary cariogenic bacteria responsible for the initiation of dental caries [17]. It produces acid which in turn lowers the local pH below solubility limit of teeth and hence harms the tooth. Control of the acid produced by the bacteria would lead to a control of caries [18].

In the present study, the MS agar plate was used to isolate S. mutans from caries sample of the patients. Identification of the S. mutans strains was primarily done depending on the gram staining, microscopic examination and catalase test. The presence of S. mutans was confirmed by spreading the test solution of 10 % mannitol and 4% TTC over the agar plate which leads to the color change to dark pink. This is due to the unique ability of S. mutans to hydrolysis of mannitol to acid by the enzyme mannitol-1-phosphate dehydrogenase and a reduction of TTC. The differentiation was also done using the colony shape and form on the agar plate as S. mutans bacteria are easily distinguished from other bacteria due to their unique colony morphology [16].

Bacterial biofilm can grow on all the surfaces of oral cavity, including the teeth, mucosa and restorative materials. Secondary caries occurs due to colonization of cariogenic bacteria at tooth restorative interface [19,20]. The occurrence of secondary caries is one of the leading causes for the failure of dental restorative materials. Thus, preferably restorative materials should be selected that can prevent both bacterial growth and surface colonization of bacteria.

Fluoride can inhibit acid production and offers the anticariogenic effect. It also stimulates remineralization and inhibits demineralization [21,22]. The effect of fluoride in caries control may be due to disruption of the ecological balance in the mouth, through prevention of adsorption of salivary glycoproteins to hydroxyapatite or perhaps by inhibiting growth of S. mutans directly [23]. Fluoride caused inhibition of growth rate of S. mutans with glucose as the primary energy and carbon source. Metabolism of glucose or lactose requires enolase enzyme [24]. It is the most fluoride-sensitive enzyme in the glycolytic pathway. Fermentative growth which is dependent upon glycolysis is inhibited by fluoride and thus blocks phosphoenolpyruvate (PEP) synthesis [25]. Since PEP is used for both energy and transport in S. mutans, fluoride is detrimental to growth for S. mutans [26]. Thus restorative material should have fluoride releasing capacity to inhibit the caries formation and progression.

GIC are great example of fluoride releasing material which offer fluoride around restoration and inhibit development of secondary caries. The elution of fluoride from GIC is a complex process. It can be affected by several intrinsic and experimental variables, such as resin matrix and filler composition, solubility and porosity of the material, powder-liquid ratio used in preparing the material, method of mixing, amount of exposed surface area of the material [27-29].

In the present study antibacterial efficacy of restorative material was done using agar plate diffusion test. The HiAntibiotic zone scale – C (PW297) (HiMedia Lab. Pvt. Ltd. Mumbai) was used to measure the bacterial inhibition zone. It is an easy, reliable handy tool with size 200 X 95 mm. It can measure zones in the range of 10-40 mm. It has circles of different diameter used by placing the scale over the inhibition zone and matching the appropriate size of the zone.

The materials used in this in vitro study were Micron bioactive (Prevestdenpro, India), GC Fuji IX GP Extra (GC CO. Ltd. America) and Bioglass r (Biodenámica, Portugal). To the best of our knowledge, no previous research has been done to assess the antimicrobial efficacy of these restorative materials.

Micron bioactive (Prevestdenpro, India) is GIC incorporated with hydroxyapatite crystals and has good mechanical property. It has better handling property and biocompatibility to tooth structure [30].

Due to presence of higher amount of fluoride in this material; it has the potential to increase the amount of fluoride release from the set GIC and has good antimicrobial efficiency. In this present study, micron bioactive exhibited antimicrobial activity against streptococcus bacteria in agar – plate diffusion test, the mean diameter of zone of inhibition against bacteria was found to be 14.4±1.07 mm, which is lesser than the GC Fuji IX GP Extra but higher than the Bioglass r.

GC Fuji IX GP Extra (GC CO. Ltd, America) has smaller glass particle size and sets faster. It exhibits superior physio-mechanical property and good wear resistance thus gives it sufficient strength to resist masticatory stress [31]. These small mean particles size increases the surface area for polymeric acid and glass interaction which leads to faster maturation and higher hardness. Because of the high content of fluoride it shows excellent tendency to release fluoride ion and have potential to prevent the caries development. The amount of fluoride release is about 1200 μg cm² which is much higher compared to other experimental groups [31]. Also it can absorb fluoride ion from surrounding and act as reservoir of fluoride. The adsorption of fluoride increases with decrease in pH. In the present study, among three experimental restorative materials GC Fuji IX GP Extra exhibited the largest diameter of the zone of growth inhibition against the bacteria. The mean diameter of zone of inhibition was found to be 17.3 ± 2.6 mm.

Bioglass r (Biodenámica, Portugal) exhibit better anticariogenic properties due to the release of fluoride, thermal compatibility with tooth enamel, biocompatibility...
and low toxicity. In this present study, Bioglass r exhibited antimicrobial activity against streptococcus bacteria in agar–plate diffusion test. The mean diameter of zone of inhibition against bacteria was found to be 10.8 ± .91 mm, which is least among the three experimental restorative materials [32]. All of the evaluated GICs showed an antibacterial activity according to the agar-plate diffusion test, inhibiting the growth of the selected cariogenic bacteria, probably associated with the solubility of organic and inorganic components. The factors that influence solubility include filler concentration and mean particle size, coupling agents, the nature of the filler particles type of solvent and the monomer conversion degree [33].

As all the evaluated GICs showed antimicrobial efficacy, these materials can be highly recommended to their use in regular clinical practice as they can prevent secondary caries formation around the restoration. The antimicrobial efficiency of GC Fuji IX GP Extra proved to be better when compared to other experimental group. Thus, it could be an advantage in terms of its use in high caries risk patients.

Conclusion

On the basis of the results of the present in vitro study, it can be concluded that all the GICs evaluated demonstrated antibacterial activity with variable effect of action against S. mutans. Thus these materials could prevent the secondary caries formation around the restoration. Hence the use of these materials could be highly recommended in regular clinical practice. The superior antimicrobial activity was demonstrated by GC Fuji IX GP Extra. Hence, it could be an advantage in terms of its use in high caries risk patients.

References

1. Naik RG, Dodamani AS, Khairnar MR, Jadav HC, Deshmukh MA. Comparative assessment of antibacterial activity of different glass ionomer cements on cariogenic bacteria. Restor Dent Endod. 2016;41:278-282.

2. Wang SP, Ge Y, Zhou XD, Xu HH, Weir MD, Zhang KK, et al. Effect of anti-biofilm glass–ionomer cement on Streptococcus mutans biofilms. Int J Oral Sci. 2016;8:76-83.

3. World Health Organization: WHO Oral health fact sheet N°318. Available from: http://www.who.int/mediacentre/factsheets/fs318/en/ (updated 2015 Jan 12).

4. Petersen PE, Bourgeois D, Ogawa H, Estupinan-Day S, Ndiiye C. The global burden of oral diseases and risks to oral health. Bull World Health Organ. 2005;83:661-669.

5. Horowitz AM. Introduction to the symposium on minimal intervention techniques for caries. J Public Health Dent. 1996;56(3 Spec No):133-134. Discussion 161-163.

6. Hafshejani TM, Zamanian A, Venugopal JR, Rezvani Z, Sefat F, Saeb MR, et al. Antibacterial glass-ionomer cement restorative materials: A critical review on the current status of extended release formulations. J Control Release. 2017;262:317-328.

7. Jenkinson HF, Lamont RJ. Streptococcal adhesion and colonization. Crit Rev Oral Biol Med. 1997;8:175-200.

8. Love RM. Enterococcus faecalis--a mechanism for its role in endodontic failure. Int Endod J. 2001;34:399-405.

9. Chavez de Paz LE. Redefining the persistent infection in root canals: possible role of biofilm communities. J Endod. 2007;33:652-662.

10. Ismail AI, Hasson H, Sohn W. Dental caries in the second millennium. J Dent Educ. 2001;65:953-959.

11. Llena Puy C, Former Navarro L. Evidence concerning the medical management of caries. Med Oral Patol Oral Cir Bucal. 2008;13:E325-E330.

12. Fúcio SB, Carvalho FG, Sobrinho LC, Sinhoreti MA, Puppin-Rontani RM. The influence of 30-day-old Streptococcus mutans biofilm on the surface of esthetic restorative materials--an in vitro study. J Dent. 2008;36:833-839.

13. Mitra SB, Lee CY, Bui HT, Tantbirojn D, Rusin RP. Long-term adhesion and mechanism of bonding of a paste-liquid resin-modified glass-ionomer. Dent Mater. 2009;25:459-466.

14. Fúcio SB, Paula AB, Sardi JC, Duque C, Correr-Sobrinho L, Puppin-Rontani RM. Streptococcus Mutans Biofilm Influences on the Antimicrobial Properties of Glass Ionomer Cements. Braz Dent J. 2016;27:681-687.

15. Gehring FJ. The genus Streptococcus and dental disease. In: Starr MP, Stolp H, Triper HG, Balows A, Schlegel HG (eds). Proaryotes Hand Book of Habitats, Isolation and Identification of Bacteria. vol. I, Berlin: Springer-Verlag; 1981: pp 1598-1613.

16. Al-Mudallal NHA, Al-Jumaily EFA, Muhimen NAA and Al-Shaibany AA. Isolation and Identification of Mutans Streptococci Bacteria from Human Dental Plaque Samples. J Al Nahrain University. 2008;11:98-105.

17. Bowen WH. Microbiological aspects of dental caries. Adv Caries Res. 1974; 2:xxv-xxxi.

18. Yost KG, VanDemark PJ. Growth inhibition of Streptococci Mutans and Leuconostoc mesenteroides by sodium fluoride and ionic tin. Appl Environ Microbiol. 1978;35:920–924.

19. Dionysopoulos D. The effect of fluoride-releasing restorative materials on inhibition of secondary caries formation. Fluoride, 2014;47:258-265.

20. Sidhu SK, Sherriff M, Watson TF. The effects of maturity and dehydration shrinkage on resin-modified glass-ionomer restorations. J Dent Res 1997;76:1495–1501.

21. Jedrychowski JR, Caputo AA, Kerper S. Antibacterial and mechanical properties of restorative materials combined with chlorhexidines. J Oral Rehabil. 1983;10:373–381.

22. Türkün LS, Türkün M, Ertuğrul F, Ateş M, Brugger S. The influence of 30-day-old Streptococcus mutans biofilm on the surface of esthetic restorative materials. J Esthet Restor Dent. 2008;20:29–44; discussion 45.

23. Rölla G, Melsen B. Desorption of protein and bacteria from hydroxyapatite by fluoride and monofluorophosphate. Caries Res.1975;9:66-73.

24. Wang T, Himoe A. Kinetics of the rabbit muscle enolase-catalyzed dehydration of 2-phosphoglycerate. Fluoride and phosphate inhibition. J Biol Chem. 1974;249:3895-3902.
25. Schachtele CF, Mayo JA. Phosphoenolpyruvate-dependent glucose transport in oral streptococci. J Dent Res. 1973;52:1209-1215.

26. Al Zraikat H, Palamara JE, Messer HH, Burrow MF, Reynolds EC. The incorporation of casein phosphopeptide–amorphous calcium phosphate into a glass ionomer cement. Dent Mater. 2011;27:235-243.

27. Yli-Urpo H, Vallittu PK, Närhi TO, Forsback AP, Väkiparta M. Release of silica, calcium, phosphorus, and fluoride from glass ionomer cement containing bioactive glass. J Biomater Appl. 2004;19:5-20.

28. Mazzaoui SA, Burrow MF, Tyas MJ, Dashper SG, Eakins D, Reynolds EC. Incorporation of casein phosphopeptide–amorphous calcium phosphate into a glass-ionomer cement. J Dent Res. 2003;82:914-918.

29. Swift EJ Jr. Effect of mixing time on fluoride release from a glass ionomer cement. Am J Dent. 1988;1:132-134.

30. Moshaverinia A, Ansari S, Moshaverinia M, Roohipour N, Darr JA, Rehman I. Effects of incorporation of hydroxyapatite and fluorapatite nanobioceramics into conventional glass ionomer cements (GIC). Acta Biomater. 2008;4:432-440.

31. Gandolfi MG, Chersoni S, Acquaviva GL, Piana G, Prati C, Mongiorgi R. Fluoride release and absorption at different pH from glass-ionomer cements. Dent Mater. 2006;22:441-449.

32. Cabral MF, Martinho RL, Guedes-Neto MV, Rebelo MA, Pontes DG, Cohen-Carneiro F. Do conventional glass ionomer cements release more fluoride than resin-modified glass ionomer cements? Restor Dent Endod. 2015;40:209-215.

33. Luczaj-Cepowicz E, Marczuk-Kolada G, Zalewska A, Pawinska M, Leszczyńska K. Antibacterial activity of selected glass ionomer cements. Postepy Hig Med Dosw (Online). 2014;68:23-28.